Finite Element Modeling of FRP-Confined Concrete using Extended Damage-Plasticity Approach

Aliakbar Gholampour\textsuperscript{1, a}, Togay Ozbakkaloglu\textsuperscript{1, b, *}

\textsuperscript{1}School of Civil, Environmental and Mining Engineering, the University of Adelaide, South Australia 5005, Australia.
\textsuperscript{a}aliakbar.gholampour@adelaide.edu.au,\textsuperscript{b}togay.ozbakkaloglu@adelaide.edu.au

\*Corresponding author

Abstract: A study on finite element (FE) modeling of fiber-reinforced polymer (FRP)-confined normal-strength and high-strength concrete (NSC and HSC) based on an extended concrete damage-plasticity approach is presented. The study focuses on the extension of Lubliner’s model by accurately incorporating the effects of confinement level, concrete strength, and nonlinear dilation behavior of FRP-confined concrete. Failure surface and flow rule were established using an up-to-date database. In order to validate the extended damage-plasticity model, the predictions of the FE modeling are compared with the experimental results. These comparisons indicate that the extended approach accurately predicts the compressive behavior of FRP-confined NSC and HSC.

Keywords: Damage-Plasticity; Finite Element Model; FRP-Confined Concrete; Stress-Strain Relations.

I. INTRODUCTION

Fiber-reinforced polymer (FRP) composites have recently been widely used for confinement of concrete [1]-[8]. It is now well understood that the compressive strength and ductility of concrete are enhanced by its lateral confinement. In order to evaluate the mechanical properties of FRP-confined concrete, a large number of studies have been conducted and over 100 stress-strain models have been developed [9].

Finite element (FE) method has been extensively used as a powerful tool to accurately model the behavior of confined concrete. However, a relatively few number of research studies have been reported to date on FE modeling of FRP-confined concrete (e.g. [10]-[12]). Furthermore, most of the existing models are based on actively confined concrete and adopt an approach that has recently been experimentally shown to be inaccurate, especially for HSC [13]. Therefore, there is a need for an accurate FE model that is applicable to both FRP-confined NSC and HSC.

In this study, a constitutive model for FRP-confined concrete based on an accurate non-associative flow rule and hardening/softening rule is proposed for NSC and HSC with circular sections. The model uses a failure surface and flow rule that are carefully established based on an up-to-date test database. The modeling is implemented in a finite element program ABAQUS [14] for the prediction of mechanical behavior.

II. EXPERIMENTAL DATABASE

An extensive review of the literature was performed to assemble the database of FRP-confined NSC and HSC. Specimens containing internal steel reinforcement or partial FRP confinement were not included in the database and only monotonically loaded circular specimens with unidirectional fibers orientated in the hoop direction and an aspect ratio ($H/D$) of less than three were considered in the
database. As a result, the database contained 1156 datasets collected from 108 experimental studies [13],[15]-[18].

### III. Extended Damage-Plasticity Model

Different theories have been proposed for constitutive modeling of concrete. The main characteristic of plasticity models is a plasticity yield surface that includes pressure sensitivity, path sensitivity, non-associative flow rule, and strain hardening, without addressing the degradation of the material stiffness due to micro-cracking [10]. Furthermore, concrete-damage theory only considers degradation of the material stiffness without addressing the irreversible deformations and inelastic volumetric expansion in compression [19]. On the other hand, concrete damage-plasticity model considers both benefits of plasticity and damage models. Therefore, the concrete damage-plasticity model that was proposed by Lubliner et al. [20] and later modified by Lee and Fenves [21] is adopted and extended in the present study.

The original model proposed by Lubliner et al. [20] considers linear trendline for the compression and tensile meridians. However, it is evident from the experimental results that compression and tensile meridians are curve-shape [22], [23]. Equation(1) is proposed in this study for parameter $\alpha$, which is used in the failure criterion [20], to define the curve-shape compression and tensile meridians:

$$\alpha = \frac{k_1^{-1} \left( \frac{Y}{3} + 1 \right) - \frac{Y}{3}}{2 + k_1} \quad (1)$$

where $\gamma$ is dimensionless constant and $k_1$ is the enhancement ratio of axial compressive stress ($f_{cc}$) of concrete under uniform lateral pressure ($f_l$), which is calculated by $(f_{cc} - f_{co})/f_{co}$. In order to define a relationship between $f_{cc}$ and $f_l$, (2) proposed by Lim and Ozbakkaloglu [24] is used.

$$f_{cc} = f_{co} + 5.2f_{co}^{0.91} \left( \frac{f_l}{f_{co}} \right)^{\alpha} \quad \text{where} \quad \alpha = f_{co}^{-0.06} \quad (2)$$

A confining pressure gradient (i.e. $\Delta f = f_l - f_h$, in which $f_l$ is a variable confining pressure for FRP-confined concrete) proposed by Lim and Ozbakkaloglu [13], which is defined as $0.13f_{co}^{0.24} K_l^{0.95} \epsilon_l$, is used to apply the axial stress difference between FRP-confined and actively confined concrete.

In order to relate the dilation behavior from test results to the flow rule of the extended model, plastic dilation angle ($\psi$) is related to the plastic strains as following [12]:

$$\tan \psi = -\frac{3(d \epsilon_{c,p} + 2d \epsilon_{l,p})}{2(d \epsilon_{c,p} - d \epsilon_{l,p})} \quad (3)$$

where $\epsilon_{c,p}$ and $\epsilon_{l,p}$ are plastic axial and lateral strains, respectively. Equation(4) is used for establishing the relationship between the axial strain and lateral strain of concrete:

$$\epsilon_c = \frac{\epsilon_l}{v_t(1 + \left( \frac{\epsilon_l}{\epsilon_{cc}} \right)^n)^n} + 0.04 \epsilon_l^{0.7} \left( 1 + 21 \left( \frac{f_l}{f_{co}} \right)^{0.8} \right) \quad (4)$$

where $v_t$, $\epsilon_{co}$, and $n$ are the initial Poisson’s ratio of concrete, the axial strain corresponding to $f_{co}$, and the curve shape parameter, respectively. $f_l$ in (4) is variable by gradually increasing the lateral strain ($\epsilon_l$) until the hoop rupture strain of FRP jacket ($\epsilon_{h,rup}$). The lateral pressure corresponds to $\epsilon_{h,rup}$ can also be predicted using (5) proposed by Lim and Ozbakkaloglu [16].

$$\epsilon_{h,rup} = (0.9 - 2.3f_{co}^{\prime} \times 10^{-3} - 0.75E_f \times 10^{-6}) \epsilon_f \quad (5)$$

Therefore, the effects of the confinement level, concrete strength, and nonlinear dilation behavior on
the flow rule were considered through (4) and (5) adopted in this study.

IV. MODELING PREDICTIONS AND COMPARISON WITH EXPERIMENTAL RESULTS

The predictions obtained from FE analysis based on the extended constitutive model are compared with the experimental results of FRP-confined NSC and HSC. Two groups of specimens (i.e. U40 and U80) have been used to validate the extended model. Figs. 1 and 2 show the axial stress-strain, lateral-axial strain, plastic volumetric strain-axial plastic strain, and plastic dilation angle-axial plastic strain relationships of the specimens with the characteristics summarized in Table 1.

Table.1 Summary of test results used in Figs. 1 and 2

| Group ID | Study                        | Dimensions of cylinder (mm) | Lateral confinement | $f_{lu,a}$ (MPa) | $f'_co$ (MPa) |
|---------|------------------------------|----------------------------|---------------------|-----------------|---------------|
| U40     | Berthet et al. [25]          | ø160 × 320                 | 1, 2, 4, 9, 12 layers of Carbon-FRP | 3.3, 5.1, 11.7, 28.3, 37.9 | 40.1          |
| U80     | Ozbakkaloglu and Vincent [26] | ø100 × 200                 | 1, 3, 4 layers of Aramid-FRP | 10.4, 24.1, 30.1, 37.0, 85.9, 110.1 | 37.0          |

Fig. 1. Variation of: (a) axial stress-axial strain; (b) lateral strain-axial strain; (c) plastic volumetric strain-axial plastic strain; and (d) plastic dilation angle-axial plastic strain relationships with level of confinement and concrete strength (Group U40).

Figs. 1(a) and 2(a), 1(b) and 2(b), and 1(c) and 2(c) respectively show that the proposed model closely predicts the axial stress-strain, lateral strain-axial strain, and plastic volumetric strain-axial plastic strain behaviors of both NSC and HSC specimens. Figs. 1(d) and 2(d) show the plastic dilation angle-axial plastic strain relationships for FRP-confined concrete under different levels of confinement. It is evident from the figures that the plastic dilation angle becomes positive after inelastic densification. This behavior corresponds to the contraction to expansion in Figs. 1(c) and 2(c). The accurate estimation of the plastic dilation angle leads to the accurate prediction of the dilation behavior of confined concrete as seen in Figs. 1(c) and 2(c). The accuracy of the model was achieved...
by the use of accurate hardening/softening flow rules, which were established based on the level of confining pressure, and incorporation of the effect of the $f'_{co}$ into the modeling of the failure surface.

![Graphs showing variation of stress-strain, lateral strain-axial strain, plastic volumetric strain-axial plastic strain, and plastic dilation angle-axial plastic strain relationships.](image)

**V. CONCLUSIONS**

This paper has presented the results of a study on FE modeling of FRP-confined concrete in circular sections based on an extended constitutive model. An existing concrete damage-plasticity model was extended by making improvements to the failure surface and flow rules through the incorporation of the influences of confinement level, concrete strength, and nonlinear dilation behavior. Comparisons with the experimental results show that the predictions of the extended model are in good agreement with the test results of FRP-confined NSC and HSC.

**REFERENCES**

[1] Y. F. Wu, and J.F. Jiang, “Effective strain of FRP for confined circular concrete columns,” Composite Structures, vol. 95, pp. 479-491, 2013.

[2] J. C. Lim, and T. Ozbakkaloglu, “Influence of Concrete Age on Stress-Strain Behavior of FRP-Confined Normal- and High-Strength Concrete,” Construction and Building Materials, vol. 82, pp. 61-70, 2015.

[3] T. Vincent, and T. Ozbakkaloglu, “Compressive behavior of prestressed high-strength concrete-filled Aramid FRP tube columns: Experimental observations,” Journal of Composites for Construction, vol. 19, pp. 04015003, 2015.
[4] T. Vincent, and T. Ozbakkaloglu, “Influence of shrinkage on compressive behavior of concrete-filled FRP tubes: An experimental study on interface gap effect,” Construction and Building Materials, vol. 75, pp. 144-156, 2015.
[5] T. Vincent, and T. Ozbakkaloglu, “Influence of slenderness on stress-strain behavior of concrete-filled FRP tubes: an experimental study,” Journal of Composites for Construction, 10.1061/(ASCE)CC.1943-5614.0000489, pp. 04014029, 2015.
[6] T. Ozbakkaloglu, “A novel FRP-dual grade concrete-steel composite column system,” Thin-Walled Structures, vol. 96, pp. 295-306, 2015.
[7] T. Xie, and T. Ozbakkaloglu, “Behavior of steel fiber-reinforced high-strength concrete-filled FRP tube columns under axial compression,” Engineering Structures, vol. 90, pp. 158-171, 2015.
[8] T. Ozbakkaloglu, and T. Xie, “Geopolymer Concrete-Filled FRP Tubes: Behavior of Circular and Square Columns under Axial Compression,” Composites Part B, vol. 96, pp. 215-230, 2016.
[9] T. Ozbakkaloglu, J. C., Lim, and T. Vincent, “FRP-confined concrete in circular sections: Review and assessment of stress–strain models,” Engineering Structures, vol. 49, pp. 1068–1088, 2013.
[10] T. Yu, J. G. Teng, Y. L. Wong, and S. L. Dong, “Finite element modeling of confined concrete-I: Drucker-Prager type plasticity model,” Engineering Structures, vol. 32, pp. 665-679, 2010.
[11] J. C. Lim, and T. Ozbakkaloglu, “Investigation of the Influence of Application Path of Confining Pressure: Tests on Actively Confined and FRP-Confined Concretes,” Journal of Structural Engineering,10.1061/(ASCE)ST.1943-541X.0001177, 2014.
[12] J. C. Lim, and T. Ozbakkaloglu, “Confinement model for FRP-confined high-strength concrete,” Journal of Composites for Construction, vol. 18, pp. 04013058, 2014.
[13] J. C. Lim, and T. Ozbakkaloglu, “Hoop Strains in FRP-Confined Concrete: Experimental Observations,” Materials and Structures, vol. 48, pp. 2839-2854, 2015.
[14] J. C. Lim, and T. Ozbakkaloglu, “Influence of silica fume on stress-strain behavior of FRP-confined HSC,” Construction and Building Materials, vol. 63, pp. 11-24, 2014.
[15] V. A. Lubarda, D.Kracjinvovic, and S. Mastilovic, “Damage model for brittle elastic solids with unequal tensile and compressive strength,” Engineering Fracture Mechanics, vol. 49, pp. 681-697, 1994.
[16] J. C. Lim, and T. Ozbakkaloglu, “A plastic-damage model for concrete,” Journal of Materials in Civil Engineering, vol. 25, pp. 299-326, 1989.
[17] J. Lee, and G. L. Fenves, “Plastic-damage model for cyclic loading of concrete structures,” Journal of Engineering Mechanics, vol. 124, pp. 892-900, 1998.
[18] J. C. Lim, and T. Ozbakkaloglu, “Damage-plasticity model for FRP-confined normal-strength and high-strength concrete,” Journal of Composites for Construction, 10.1061/(ASCE)CC.1943-5614.0000712, pp. 04016053, 2016.
[19] J. C. Lim, T. Ozbakkaloglu, A. Gholampour, and R. Sadeghi, “Finite-element modeling of actively confined normal-strength and high strength concrete under uniaxial, biaxial, and triaxial compression,” Journal of Structural Engineering, 10.1061/(ASCE)ST.1943-541X.0001589, pp. 04016113, 2016.
[20] J. C. Lim, and T. Ozbakkaloglu, “Stress–strain model for normal- and light-weight concretes under uniaxial and triaxial compression,” Construction and Building Materials, vol. 71, pp. 492-509, 2014.
[25] J. F. Berthet, E. Ferrier, P. Hamelin, “Compressive behavior of concrete externally confined by composite jackets. Part A: Experimental study,” Construction and Building Materials, vol. 19, pp. 223-232, 2005.
[26] T. Ozbakkaloglu, and T. Vincent, “Axial compressive behavior of circular high-strength concrete-filled FRP tubes,” Journal of Composites for Construction, vol. 18, pp. 04013037, 2014.

Aliakbar Gholampour received his B.S. and M.S. degrees from Iran, in 2008 and 2011, respectively. He joined High Performance Computing Laboratory, University of Terhan, Iran, in 2010. He is currently a PhD student in the School of Civil, Environmental and Mining Engineering at the University of Adelaide. His main areas of research interest are Composites and Smart Materials, Computational Mechanics, and Nonlinear Structural Dynamics.

Gholampour has published over 30 peer-reviewed research papers, including over 22 journal articles that appeared in the leading disciplinary journals and around 8 international conferences papers. He is the advisory (referee) board of Mechanics of Advanced Materials and Structures and Journal of Engineering, Design and Technology.

Dr. Togay Ozbakkaloglu received his PhD from the University of Ottawa, Canada in 2005. Dr Ozbakkaloglu's research focuses on the development of new technologies to improve reliability and performance of civil infrastructure. His specific expertise concerns the development and constitutive modelling of special concretes and development of fiber reinforced polymer (FRP)-concrete composite structural systems.

Dr Ozbakkaloglu has published over 140 peer-reviewed research papers, including over 75 journal articles that appeared in the leading disciplinary journals and around 70 international conferences papers. In addition to being the Editor-in-Chief of the Journal of Recent Patents on Engineering, Dr Ozbakkaloglu is the Regional Editor for the Open Construction & Building Technology Journal and Associate Editor for the ASCE Journal of Structural Engineering and Australian Journal of Civil Engineering. He also serves on the Editorial Board of ten international journals.

Dr Ozbakkaloglu regularly receives invitations to give keynote and invited lectures in international conferences, and he has served as an International Scientific Committee member for over 30 international conferences. He regularly reviews for international funding bodies and over 50 SCI journals.